Recent Advances in Enhancing Antibacterial Property by Nanoparticles

Chinnu George¹, Naveen Kumar J. R.¹,², & Prasad P.*¹,²

¹Department of Nano Technology, Srinivas Institute of Technology, Mangaluru, Karnataka – 574143, INDIA
²Srinivas Centre for Nano Science and Technology, Srinivas University, Mangaluru, Karnataka – 574146, INDIA
E-mail: hodnanotechsit@gmail.com

Type of the Paper: Research Review Paper.
Type of Review: Peer Reviewed.
Indexed In: OpenAIRE.
DOI: http://dx.doi.org/10.5281/Zenodo.
Google Scholar Citation: IJAEML

How to Cite this Paper:
Chinnu George, Naveen Kumar J. R. & Prasad, P. (2018). Recent Advances in Enhancing Antibacterial Property by Nanoparticles. International Journal of Applied Engineering and Management Letters (IJAEML), 2(2), 43-52.
DOI: http://dx.doi.org/10.5281/Zenodo.

International Journal of Applied Engineering and Management Letters (IJAEML)
A Refereed International Journal of Srinivas University, India.

© With Authors.

This work is licensed under a Creative Commons Attribution-Non Commercial 4.0 International License subject to proper citation to the publication source of the work.
Disclaimer: The scholarly papers as reviewed and published by the Srinivas Publications (S.P.), India are the views and opinions of their respective authors and are not the views or opinions of the S.P. The S.P. disclaims of any harm or loss caused due to the published content to any party.
Recent Advances in Enhancing Antibacterial Property by Nanoparticles

Chinnu George 1, Naveen Kumar J. R. 1,2, & Prasad P.*1,2

1 Department of Nano Technology, Srinivas Institute of Technology, Mangaluru, Karnataka – 574143, INDIA
2 Srinivas Centre for Nano Science and Technology, Srinivas University, Mangaluru, Karnataka – 574146, INDIA
E-mail: hodnanotechsit@gmail.com

ABSTRACT

Antibacterial activity is related to compounds that locally kill bacteria or slow down their growth, without being in general toxic to surrounding tissue. In this review, we mentioned the antibacterial property of different nanoparticles and their effects. Antibacterial agents are significant in the textile industry, medicine, food packaging, and water disinfection. In this study, we compared the antibacterial property of silver nanoparticles; silver coated gold nanoparticles, zinc oxide nanoparticle and iron nanoparticles. Silver nanoparticles can also be produced by biological methods because of the abundance of renewable, cost-effective and biodegradable materials while comparing the properties Au nanoparticles are biocompatible and relatively simple to prepare. The Zn nanoparticles did not require the protection layer to prevent the degradation of the performance of the antibacterial effect. The study of iron nanoparticles pattern with bacteria interface which affects the antibacterial property of IONP. Ag NP-GT can be employed as a cytotoxic bactericidal agent, whereas Ag NP-OB (7.5 nm) as a biocompatible bactericidal agent. Au-Ag NPs immobilization on cellulose paper could be a valuable antibacterial technology for applications such as food packaging, clothing, wound dressings, and other personal care products. The chitosan coating of IONP result in an interface that enhances ROS production, hence the antimicrobial activity.

Keywords Antibacterial property, Silver nanoparticle, Zinc oxide nanoparticles, Gold nanoparticles, Iron oxide nanoparticles.

I. INTRODUCTION

For the metallic nanoparticle synthesis, the chemical methods required are organic solvents and reactive reducing agents, which compromise environmental and biological risks [1,2]. Similarly, for the physical method includes sophisticated equipment and the conditions which are limited low production rate, high energy consumption and high cost [3]. Mostly chemogenic silver nanoparticles are cytotoxic and no biocompatible [4]. This is due to the contamination from chemical precursors, solvent toxicity and generation of hazardous by-products, etc. [5]. A study of biogenic and protein capped silver nanoparticles, and chemically synthesized silver nanoparticle came as a result that biogenic nanoparticle was more bactericidal than the chemically synthesized nanoparticles [6]. The present study compares the antibacterial activity of two biogenic; protein capped silver nanoparticle obtained from natural plant gums against gram negative and gram positive planktonic and biofilm bacteria.

Gold nanoparticles have proven to have high biocompatibility without cytotoxicity. Moreover, gold nanoparticles have been used in the development of new drug delivery and other therapeutic methods [7,8]. The gold nanoparticles biocompatibility is not particularly antibacterial [9-11]. In this, they have studied the silver and gold nanoparticles combined in cellulose paper to create a safer of the active antibacterial material that is suitable for biomedical and food packaging purposes. The aim was to coat
gold nanoparticles of varying size with silver by using a suitable procedure “silver enhancement” which has been used in immune chromatography to provide signal amplification and thus enhance the sensitivity of detection [12,13]. The formed thin silver shell can provide effective antibacterial properties. This happens by releasing silver ions like silver and gold-silver nanoparticles, which is suitable for biomedical purposes [14]. This antibacterial concept by varying the amount of silver and gold reagents, we were able to control the gold nanoparticle size as well as the thickness of the silver coating. To investigate the antibacterial effects of the silver and silver-coated gold nanoparticles, using a more practical approach, these silver-coated gold nanoparticles have excellent antibacterial activity against \textit{E.coli} JM 109.

We can use zinc nanoparticles instead of silver for their antibacterial function and influence of the transmitters which was studied by using samples which are deposited by optimal conditions for the better mechanical endurance of the zinc nanoparticles on a glass substrate the Ti nanoparticles were used as the adhesion between zinc and glass [15-17]. Morphologically transmittance, antibacterial effects and mechanical endurance of the zinc /glass were investigated for different structures such as zinc /glass /titanium nanoparticles. The main aim was to evaluate the antimicrobial property of Chitosan coated IO NP, and it showed insignificant antimicrobial activity when it is not coated with Chitosan. Then it continued with the IONP which was synthesized and coated with positively charged Chitosan bimolecular and their antimicrobial activity against a gram positive and gram negative kinetics. Finally, the data resulted that the interaction pattern at the interface plays a critical role in determining the antimicrobial activity of IONP [18-20].

2. ANTIBACTERIAL PROPERTIES OF NANOPARTICLES

2.1. Antibacterial Property of Silver Nanoparticles

By adjusting the turbidity to 0.5 Mc Farland and growing a single colony overnight in the nutrient broth, the bacterial suspension was prepared Mueller Hinton Agar plate were introduced with this suspension. To this suspension, 5 mg of silver nanoparticles added. The plates with negative control were maintained with autoclaved gum-loaded wells. Erythromycin loaded culture plates were considered as a positive control [21]. Plates were kept bacteriological incubator at 37°C for 24 hours, and the zone of inhibition was calculated. To know the impact of free radicals on the bacterial activity silver nanoparticles MHA plates were supplemented with Ag nanoparticles at 5mg. The N-acetyl cysteine antioxidant was added to these plates at 10mm concentration. These plates were introduced with known CFU of bacteria by spreading plates, and then the bacteria were counted after 24 hours of incubation at 37°C. Then the nanosilver free control plates were maintained with NAC [22, 23].

![Flowchart representing the synthesis of antibacterial body](image)

**Fig. 1:** Flowchart representing the synthesis of antibacterial body

2.2. The Impact of Free Radicals on the Bactericidal Activity of Silver Nanoparticles

Chinnu George et al, (2018); www.srinivaspublication.com
The flowchart representing the free radicals impact on the antibacterial body is represented in figure 2.

![Flowchart](image)

Fig. 2: Flowchart representing the free radicals impact on the antibacterial body

2.3. Antibacterial Property of Silver Coated Gold Nanoparticles

A flowchart representing the synthesis of silver-coated gold nanoparticles antibacterial property is given in figure 3. A single colony of *E.coli* JM109 from LB agar plates and introduced it in 5mL LB broth. The bacterial culture was grown overnight, and later it was centrifuged at 2500 for 10minutes diluted 1.0*10^4/mol in isotonic sodium chloride. The percolated 6mm BD Taxo blank paper discs with 20 μL of the six different NP solutions which was just enough solution to wet the disc. Then drying the sample at 37°C for 1 hour before soaking each in bacterial suspension by shaking at 37°C and 150rpm in an incubator, then at the different hour the solution from the different sample was taken, then measured the number of bacterial colonies on the plate [24-26]. Then the plate was undergone for the quantitative analysis of the antibacterial effects of the different nanoparticles.

![Flowchart](image)

Fig. 3: Representing the synthesis of silver-coated gold nanoparticles and antibacterial property.

**STEP 1**
- Combining paper samples with E. coli JM109 in solution and measuring the inhibition and survival rates of the bacteria.
- After 1 h of E. coli incubation with the 15 nm and 20 nm Au NPs, we observed no significant reduction of the E. coli JM109 population.

**STEP 2**
- The inhibition rates of the 15 nm and 20 nm Au-Ag100/1 NP samples reached 100% after 24 h.

**STEP 3**
- These results demonstrate that when we increased the ratio of the Ag enhancer from 1000/1 to 100/1, the antibacterial activity of the NP-coated cellulose paper was effective.

2.4. Antibacterial Property of Zinc Oxide Nanoparticles

The antibacterial test was zinc nanoparticles were done using the ‘film–attachment’ method [27,28].
They used the following microorganisms such as Staphylococcus aureus strain, American type culture collection no.6538 which is gram-positive Escherichia coli, and American type culture collection number 8739. The test was performed by counting the number of bacteria after incubation at 35°C for 24 hours by using an RH 90% solution [29-40]. A flowchart representing the antibacterial property of zinc oxide is given in figure 4.

![Flowchart representing the antibacterial property of zinc oxide](image)

**Fig.4:** Flowchart representing the antibacterial property of zinc oxide

### 2.5. Antibacterial Property of Iron Oxide Nanoparticles

Effects of interaction pattern at IO NP bacteria interface is studied by using some bacteria such as *E. Coli* and *E. subtilis* in presence and absence of different IO NP (both negative and positive) concentrations. The test organisms were prepared in nutrient broth by taking the loop of bacteria from the different slant culture, and it is culture overnight at 37°C and 150 rpm agitation [41-44]. The different concentration was taken. The IO NP solution prepared by dispersing IONP in sterilized broth. The nutrient broth is solicited for 10 minutes followed by UV radiation sterilization [45-54]. The mixtures without nanoparticles were taken, then slowly 20μL of bacteria mother cultures were added to the different mixtures prepared in 96-well plate. The volumes were adjusted by adding nutrient broth to a final volume of 300μL with nanoparticles. At the approximateymid-log phase of bacterial growth, respective concentrations of nanoparticles were added to the mixture [55-60].

![Flowchart representing a synthesis of iron oxide nanoparticles antibacterial property](image)

**Fig. 5:** Flowchart representing a synthesis of iron oxide nanoparticles antibacterial property

### 3. ANTIBACTERIAL EFFECTS OF NANOPARTICLES

#### 3.1. Antibacterial Effects of Silver Nanoparticles

The antibacterial effect of silver nanoparticles was studied with the involvement of ROS using NAC as an antioxidant. With the control of Petri plates with NAC alone, the bacterial colonies were seen with
no growth. Due to the complete inhibition of growth no bacteria colonies were observed. However, in the plates supplemented with both NAC and silver nanoparticles, the bacterial colonies were observed. From this, we can confirm that ROS are involved in the activity of bacterial and NAC can act as the scavenger. The percentage survival of bacteria in the presence of NAC and silver nanoparticle is depicted. For the Gram-positive \textit{S. aureus}, NAC was able to protect the bacterial cells almost entirely from the toxicity of Ag NP-GT and Ag NP-OB.

3.2. Antimicrobial Effects of Silver Coated Gold Nanoparticles

After the immobilization of Au and Ag nanoparticles on the cellulose paper, we can undergo for an investigation that the composite materials antibacterial study can be studied by combining the paper samples with \textit{E. coli} JM 109 in solution and can determine the surgical rates of the bacteria. We can also determine the antibacterial activity of both Au and Ag nanoparticles by adapting the AATCC 100 activity test which is the usual antibacterial test for fabrics. After 1 hour of incubation of \textit{E. coli} with the 15nm and 20nm NPs were observed and no significant reduction of the \textit{E. coli}JM109. After 8-hour inhibition rate for the 15nm and 20nm Au-Ag1000/1 NP samples plateau at approximately 40%. With contrast, the inhibition rates of the 15 nm and 20 nm Au-Ag100/1 NP samples reached 100% after 24 hours. This result demonstrates that when we increase the ratio of the Ag enhancer from 1000/1 to 100/1, the antibacterial activity of the nanoparticle coated cellulose paper was more effective. This would result that the Ag shell is responsible for the antibacterial action.

3.3. Antimicrobial Effects of Zinc Oxide Nanoparticles

It was observed that the antibacterial activity of the Ti NPs /glass was below 2 for both \textit{E-coli} and \textit{S. aureus} bacteria. However, the result concluded that the Ti NPs did not exhibit the antibacterial effect. However, the Zn NPs/SiO$_2$/glass, Zn NPs/Ti NPs/glass, and Zn NPs/Ti NPs/glass after maintaining for 3 months came into a result that the active antibacterial activity of 6.1 and 4.3 for both bacteria’s. The result shows greater bacterial activity against \textit{E.coli} than that of \textit{S.aureus} which indicates that the \textit{S.aureus} has thinner cell wall when we compare to \textit{E.coli}, based on this we can conclude that the zinc nanoparticles exhibit a strong antibacterial effect.

3.4. Antimicrobial Effects of Iron Oxide Nanoparticles

The antibacterial activity of both SNPs resulting from the interaction pattern is explained by using LIVE/DEAD Backlight fluorescence Kit. In principle, the kit gives green fluorescence in the presence of viable cells. One of the components of the kit stains the intact membrane of viable cells which has emission in the green region. Another component of the kit is præsidium iodide which stains dead cells having deformed membrane, and the emission wavelength is in the red region of the visible spectrum and lasts the untreated bacterial cells showed green fluorescence inferring the presence of 100% viable cells. Then-IONP treated samples showed an insignificant fraction of non-viable bacterial cells, indicating insignificant antimicrobial activity of-IONP against \textit{B. subtilis} and \textit{E. coli}. On the other hand, p-IONP treated bacterial culture showed 90% of non-viable bacterial cells, which confirmed that the significant change in antimicrobial activity of IONP is upon chitosan coating.

4. CONCLUSION

In this paper, we are concluding that all nanoparticles have their different antibacterial property, which depends on nature and surroundings. The stable biogenic silver nanoparticles have a significant role in antibacterial action on planktonic as well as in biofilm modes of bacterial growth which is against gram negative and positive bacteria. Then it concluded that Ag NP-GT is a more potent bactericidal and cytotoxic agent than Ag NP-OB. The antibacterial activity of Ag NP-GT has an active bactericidal agent, but the non-cytotoxic nature makes it as a candidate for bactericidal activity. Further studies are going on the molecules which are responsible for the different activity of these silver nanoparticles. NPs have been used against many diseases that are caused by bacteria and viruses. Herein, we present different sizes and compositions of Au and Au-Ag NPs deposited on cellulose paper to examine the antibacterial activity of the resulting composites. Based on the results, we demonstrated that Au-Ag100/1 and Au-Ag1000/1 NP-coated cellulose paper could reduce the growth of \textit{E. coli}, with 15 nm Au-Ag100/1 NPs showing the most substantial inhibitory effects. To date, there are only a few studies done on the activity of NP-coated cellulose paper toward bacterial pathogens. Our results indicate that cellulose paper deposited with Au-Ag NPs have the potential to serve as useful antimicrobial products.
shortly. The zinc nanoparticles are grown on the Ti nanoparticles shown a high transmittance and a potent antibacterial activity. The buffered titanium nanoparticles are attractive for the enhanced transport and high antibacterial zinc nanoparticles with a mechanical endurance. The zinc nanoparticles do not require any protection layer to prevent the degradation of both the antibacterial effect and for the transmittance. The iron oxide nanoparticle has antimicrobial activity at relatively very high concentrations the activity can further modify or moderated by changing the surface potential and by accessible surface functional groups this change cause the interaction pattern at the interface. Hence it plays a crucial role in determining the antimicrobial property of iron nanoparticle. The enhanced production of the ROS is because of the interaction potential at the interface. This is the principal cause for the antimicrobial property of the nanoparticles. As a result, the interaction pattern at the nano-bio interface plays a vital role in determining the antimicrobial activity of metal oxide nanoparticles.

REFERENCES

[1] Raveendran, P., Fu, J., and Wallen, S. L. (2003). Completely ‘green’ synthesis and stabilization of metal nanoparticles, J. Am. Chem. Soc., 125, 13940–13941.

[2] Vigneshwaran, N., Nachane, R. P., Balasubramanya, R. H., and Varadarajan, P. V. (2006). A novel one-pot ‘green’ synthesis of stable silver nanoparticles using soluble starch, Carbohydr. Res. 341, 2012–2018.

[3] Gericke, M., and Pinches, A. (2006). Microbial production of gold nanoparticles, Gold Bull., 39, 22–28.

[4] Cho, K.-H., Park, J.-E., Osaka, T., and Park, S.-G. (2005). The study of antimicrobial activity and preservative effects of nanosilver ingredient, Electrochim. Acta, 51, 956–960.

[5] Jun-Sung Kim, Eunye Kuk, Kyeong-Nam Yu, and Myung-Haing Cho. (2007). Antimicrobial effects of silver nanoparticles, Nanomedicine: nanotechnology, biology, and medicine, 3(1), 95–101.

[6] Anil Suresh, K., Dale Pelletier, A., Wei Wang, Ji-Won Moon, Baohua Gu, Ninell Mortensen, P., David Allison, P., David Joy, C., Tommy Phelps, J., and Mitchel Doktycz, J. (2010). Silver nanocrystallites: Biofabrication using Shewanellaoneidensis, and an evaluation of their comparative toxicity on Gram-negative and Gram-positive bacteria, Environ. Sci. Technol., 44, 5210–5215.

[7] Vigderman, L., and Zubarev, E. R. (2013). Therapeutic platforms based on gold nanoparticles and their covalent conjugates with drug molecules, Adv. Drug Deliv. Rev. 65, 663–676.

[8] Xiaoning Li, Sandra Robinson, M., Akash Gupta, Krishnendu Saha, Ziwen Jiang, Daniel Moyano, F., Ali Sahar, Margaret Riley, A., and Vincent Rotello, M. (2014). Functional gold nanoparticles as potent antimicrobial agents against multi-drug-resistant bacteria, ACS Nano, 8, 10682–10686.

[9] Connor, E. E., Mwamuka, J., Gole, A., Murphy, C. J., and Wyatt, M. D. (2005). Gold nanoparticles are taken up by human cells but do not cause acute cytotoxicity. Small, 1, 325–327.

[10] Nune, S. K., Chanda, N., Shukla, R., Katti, K., Kulkarni, R. R., Thilakavathi, S., Mekapothula, S., Kannan, R., Katti, K. V. (2009). Green nanotechnology from tea: phytochemicals in tea as building blocks for the production of biocompatible gold nanoparticles, J. Mater. Chem., 19, 2912–2920.

[11] Li, K., Li, X., and Meng, R. (2016). Multifunctional protein kinase CK2 inhibitor loaded gold nanoparticles for simultaneous cancer-targeted imaging and drug delivery, Nanomedicine 12, 526–527.

[12] Gupta, S., Huda, S., Kilpatrick, P. K., and Velev, O. D. (2007). Characterization and optimization of gold nanoparticle-based silver-enhanced immunoassays. Anal. Chem., 79, 3810–3820.

[13] Park, S.-J., Tatton, T. A., and Mirkin, C. A. (2002). Array-based electrical detection of DNA with nanoparticle probes, Science, 295, 1503–1506.
[14] Richter, A. P., Brown, J. S., Bharti, B., Wang, A., Gangwal, S., Houck, K., Cohen Hubal, E. A., Paunov, V. N., Stoyanov, S. D., Velev, O. D. (2015). An environmentally benign antimicrobial nanoparticle based on a silver-infused lignin core, *Nat. Nanotechnol.*, 10, 817–823.

[15] Rosi, N. L., and Mirkin, C. A. (2005). Nanostructures in Biodiagnostics, *Chemical Review*, 105, 1547–1562.

[16] Shrivastava, S., and Dash, D. (2009). Applying Nanotechnology to Human Health: Revolution in Biomedical Sciences, *Journal of Nanotechnology*, 2009, 184702.doi:10.1155/2009/184702.

[17] Zhang, Y., Suenga, K., Collies, C., and Iijima, S. (1998). Coaxial Nanocable: Silicon Carbide and Silicon Oxide Sheathed with Boron Nitride and Carbon. *Science*, 281, 973–975.

[18] Laksanasopin, T., Guo, T. W., Nayak, S., Sridhara, A. A., Xie, S., Olowookere, O. O., Cadinu, P., Meng, F., Chee, N. H., Kim, J., Chin, C. D., Munayzesa, E., Mugwaneza, P., Rai, A. J., Mugisha, V., Castro, A. R., Steinmiller, D., Linder, V., Justman, J. E., Nsanzimana, S., Sia, S. K. (2015). A smartphone dongle for diagnosis of infectious diseases at the point of care, *Sci. Transl. Med.*, 7(273), doi: 10.1126/scitranslmed.aaa0056.

[19] Taton, T. A., Mirkin, C. A., and Letsinger, R. L. (2000). Scanometric DNA array detection with nanoparticle probes, *Science*, 289, 1757–1760.

[20] Banerjee, M., Sharma, S., Chattopadhyay, A., and Ghosh, S. S. (2011). Enhanced antibacterial activity of bimetallic gold-silver core-shell nanoparticles at low silver concentration, *Nanoscale*, 3, 5120–5125.

[21] Rivas, L., Sanchez-Cortes, S., Garcia-Ramos, J., and Morcillo, G. (2000). Mixed silver/gold colloids: a study of their formation, morphology, and surface-enhanced Raman activity, *Langmuir*, 16, 9722–9728.

[22] Haiss, W., Thanh, N. T., Aveyard, J., and Fernig, D. G. (2007). Determination of size and concentration of gold nanoparticles from UV-vis spectra, *Anal. Chem.*, 79, 4215–4221.

[23] Holgate, C. S., Jackson, P., Cowen, P. N., and Bird, C. C. (1983). Immunogold-silver staining: a new method of immunostaining with enhanced sensitivity, *J. Histochem. Cytochem.*, 31, 938–944.

[24] Hanzhou Liu, Ming Lv, Bo Deng, Jingye Li, Ming Yu, Qing Huang, and Chunhai Fan. (2014). Laundering durable antibacterial cotton fabrics grafted with pomegranate-shaped polymer wrapped in silver nanoparticle aggregations, *Sci. Rep.*, 4, 5920.doi: 10.1038/srep05920.

[25] Goodman, C. M., McCusker, C. D., Yilmaz, T., and Rotello, V. M. (2004). Toxicity of gold nanoparticles functionalized with cationic and anionic side chains, *Bioconjugate Chem.*, 15, 897–900.

[26] Morones, J. R., Elechiguerra, J. L., Camacho, A., Holt, K., Kouri, J. B., Ramirez, J. T., Yacaman, M. J. (2005). The bactericidal effect of silver nanoparticles, *Nanotechnology*, 16, 2346.doi: 10.1088/0957-4484/16/10/059.

[27] Lee, D., Cohen, R. E., and Rubner, M. F. (2005). Antibacterial properties of Ag nanoparticle loaded multilayers and formation of magnetically directed antibacterial microparticles. *Langmuir*, 21, 9651–9659.

[28] Jeong, S. H., Hwang, Y. H., and Yi, S. C. (2005). Antibacterial properties of padded PP/PE nonwovens incorporating nano-sized silver colloids. *J. Mater. Sci.*, 40, 5413–5418.

[29] Hajipour, M. J., Fromm, K. M., Ashkarran, A. A., Jimenez de Aberasturi, D., de Larramendi, I. R., Rojo, T., Serpooshan, V., Parak, W. J., Mahmoudi, M. (2012). Antibacterial properties of nanoparticles, *Trends Biotechnol.*, 30, 499–511.
[30] Martinez-Castanon, G., Nino-Martinez, N., Martinez-Gutierrez, F., Martinez-Mendoza, J., and Ruiz, F. (2008). Synthesis and antibacterial activity of silver nanoparticles with different sizes, *J. Nanopart. Res.*, 10, 1343–1348.

[31] Lok, C. N., Ho, C. M., Chen, R., He, Q. Y., Yu, W. Y., Sun, H., Tam, P. K., Chiu, J. F., Che, C. M. (2006). Proteomic analysis of the mode of antibacterial action of silver nanoparticles. *J. Proteome Res.*, 5, 916–924.

[32] Galdiero, S., Falanga, A., Vitiello, M., Cantisani, M., Marra, V., Galdiero, M. (2011). Silver nanoparticles as potential antiviral agents, *Molecules*, 16, 8894–8918.

[33] Jia, B., Mei, Y., Cheng, L., Zhou, J., and Zhang, L. (2012). Preparation of copper nanoparticles coated cellulose films with antibacterial properties through one-step reduction. *ACS Appl. Mater. Interfaces*, 4, 2897–2902.

[34] Gopiraman, M., Jatoi, A. W., Hiromichi, S., Yamaguchi, K., Jeon, H. Y., Chung, I. M., Ick Soo, K. (2011). Silver coated anionic cellulose nanofiber composites for an efficient antimicrobial activity, *Carbohydr. Polym.*, 149, 51–59.

[35] Frens, G. (1973). Controlled nucleation for the regulation of the particle size in monodisperse gold suspensions, *Nature*, 241, 20–22.

[36] Freeman, R. G., Hommer, M. B., Grabar, K. C., Jackson, M. A., and Natan, M. J. (1996). Ag-clad Au nanoparticles: novel aggregation, optical, and surface-enhanced Raman scattering properties, *J. Phys. Chem.*, 100, 718–724.

[37] StefanLoher, Oliver Schneider, D., Tobias Maienfisch, Stefan Bokorny, and Wendelin Stark, J. (2008). Micro-organism-Triggered Release of Silver Nanoparticles from Biodegradable Oxide Carriers Allows Preparation of Self-Sterilizing Polymer Surfaces, *Small*, 4, 824–832.

[38] Vayssieres, L., Keis, K., Hagfeldt, A., and Lindquist, S.–E. (2001). Three-Dimensional Array of Highly Oriented Crystalline ZnO Microtubes, *Chem. Mater.*, 13, 4395–4398.

[39] Ahn, J. S., Hammond, P. T., Rubner, M. F., and Lee, I. (2005). Self-assembled particle monolayers on polyelectrolyte multilayers: particle size effects on formation, structure, and optical properties, *Colloid, Surface. A: Physicochem. Eng. Aspects*, 259, 45–53.

[40] Yu, J., Yu, J. C. & Zhao, X. (2002). The effect of SiO$_2$ addition on the grain size and photocatalytic activity of TiO$_2$ thin films, *J. Sol-Gel Sci. Techn.*, 24, 95–103.

[41] Kim, G. S., Lee, S. Y., Hahn, J. H., Lee, B. Y., Han, J. G., Lee, J. H., and Lee, S. Y. (2003). Effects of the thickness of Ti buffer layer on the mechanical properties of TiN coatings, *Surface and Coatings Technol.*, 171, 83–90.

[42] Long You, Ricardo Sousa, C., Bandiera, S., Bernard Dieny. (2012). Co/Ni multilayers with perpendicular anisotropy for spintronic device applications, *Applied Physics Letters*, 100, 172411. doi: 10.1063/1.4704184.

[43] Hyeon-Seok Song, Kyeong-Dong Lee, Jeong-Woo Sohn, See-Hun Yang, Stuart Parkin, S. P., Chun-Yeol You, and Sung-Chul Shin. (2013). Relationship between Gilbert damping and magneto-crystalline anisotropy in a Ti-buffered Co/Ni multilayer system, *Appl. Phys. Lett.*, 103, 022406–022408.

[44] Zeng, X. Q., Wang, Y. L., Xiao, Z. L., Latimer, M. L., Xu, T., Kwok, W. K. (2012). Hydrogen Responses of Ultrathin Pd Films and Nanowire Networks with a Ti Buffer Layer, *J. Mater. Sci.*, 47 (18), 6647–6651.

[45] Bandes, E. A. (1983). Smithells Metals Reference Book, Butterworths, London.

[46] Hiroki, K. (2000). Antimicrobial Products-Test for Antimicrobial Activity and Efficacy: JIS Z 2801, Japanese Standards Association, Tokyo.
[47] Allion, A., Van Hecke, B., Boubetra, A., and Lenestour, F. (2012). Methodological approach of antibacterial surfaces characterization, La Metallurgia Italiana, 1, 29–34.

[48] Lee, S. M., Lee, B. S., Byun, T. G., and Song, K. C. (2010). Preparation and antibacterial activity of silver-doped organic-inorganic hybrid coatings on glass substrates, Colloid. Surface. A: Physicochem. Eng. Aspects, 355, 167–171.

[49] Kim, J. S. (2007). Antibacterial Activity of AgI Ion-Containing Silver Nanoparticles Prepared Using the Alcohol Reduction Method, J. Ind. Eng. Chem., 13, 718–722.

[50] Heo, S. Y., Park, B. J., Jeong, J. R., and Yoon, S. G. (2014). Enhanced transmittance, mechanical durability, and anti-fingerprinting qualities of silver nanoparticles deposited onto glass substrates, J. Alloy. Compd., 602, 255–260.

[51] Moulder, J. F., Stickle, W. F., Sobol, P. E., and Bomben, K. D. (1995). Handbook of X-ray Photoelectron Spectroscopy, Physical Electronics, Inc., Minnesota.

[52] Wonhyo Kim, Haekwan Oh, Yeonhwa Kwak, Kwangbum Park, Byeong-Kwon Ju, and Kunmyun Kim. (2015). Development of a Carbon Nanotube-Based Touchscreen Capable of Multi-Touch and Multi-Force Sensing, Sensors (Basel), 15(11), 28732–28741.

[53] Possel, H., Noack, H., Augustin, W., Keilhoff, G., and Wolf, G. (1997). 2, 7-Dihydrodichlorofluorescein diacetate as a fluorescent marker for peroxynitrite formation, FEBS Lett., 416, 175–178.

[54] Honary, S., Ebrahimi, P., Rad, H. A., and Asgari, M. (2013). Optimization of preparation of chitosan-coated iron oxide nanoparticles for biomedical applications by chemometrics approaches, Int Nano Lett, 3, 1–5.

[55] Kumar, S. R., Imlay, J. A. (2013). How Escherichia coli tolerates profuse hydrogen peroxide formation by a catabolic pathway, J. Bacteriol, 195, 4569–4579.

[56] Auffan, M., Rose, J., Wiesner, M. R., and Bottero, J.-Y. (2009). Chemical stability of metallic nanoparticles: a parameter controlling their potential cellular toxicity in vitro. Environ. Pollut, 157, 1127–1133.

[57] Suman Jha, Sharadrao Patil, M., Jason Gibson, Craig Nelson, E., Nathan Alder, N., and Andrei Alexandrescu T. (2011). Mechanism of amylin fibrillization enhancement by heparin, J. Biol. Chem., 286, 22894–22904.

[58] Bellova, A., Bystrenova, E., Koneracka, M., Kopcansky, P., Valle, F., Tomasovicova, N., Timko, M., Bagelova, J., Biscarini, F., Gazova, Z. (2010). Effect of Fe3O4 magnetic nanoparticles on lysozyme amyloid aggregation, Nanotechnology, 21, 065103. doi: 10.1088/0957-4484/21/6/065103.

[59] Mohammadi-Samani, S.,Mir, R., Salmanpour, M., Khalighian, N., Sotoudeh, S., and Erfani, N. (2013). Preparation and assessment of chitosan-coated super-paramagnetic Fe3O4 nanoparticles forcontrolled delivery of methotrexate, Res Pharm Sci, 8, 25-33.

[60] Possel, H., Noack, H., Augustin, W., Keilhoff, G., and Wolf, G. (1997). 2, 7- as a fluorescent marker for Peroxynitrite formation, FEBS Lett., 416, 175–178.

**********